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Two sets of spin-orbit split Ba 4d core-level photoemission peaks were observed in a crystal of
YBa2Cu306.9. From constant final-state measurements taken as a function of kinetic energy, the
low-binding-energy doublet is identified as a surface component. Possible origins of the surface
shift are discussed.
I. INTRODUCTION
We report here clear evidence of a Ba 4d surface core-
level shift in YBa2Cu306 9, cleaved in situ at 20 K.
The existence of an extra component in the Ba core-
level spectra of this material was shown by several authors
previously, '2 but the interpretations of the extra com-
ponent have been quite diverse. Steiner et al. ' obtained a
rather broad spectrum. They interpreted the additional
features as an indication of diAerent Ba core-hole screen-
ing caused by oxygen vacancies. This interpretation is
doubtful because the changes of screening should be con-
tinuous, since the oxygen vacancies are distributed ran-
domly, or nearly so, in the sample. Other possibilities are
also present. For instance, the extra component might re-
sult from hybridization between valence electrons and the
Ba 4f final states, which is the case for many La and Ce
coillpouilds.
Stoffel et al. interpreted their data as a surface core-
level shift, but they assigned the spin-orbit doublet at
higher binding energy to the surface component which is
in the opposite direction from what we observed. More-
over, the two-component structure was not clearly
resolved in their data, possibly due to lack of a well-
defined surface.
Since photoemission is a surface-sensitive probe, a good
surface is essential for obtaining reliable data. It was
realized very early that oxygen loss near the surface is
quite common for these oxide superconductors, and it was
recently emphasized by List and co-workers that the
freshly cleaved surface of EuBa2Cu3067 is unstable in
vacuum at and above 55 K. Therefore, cleaving the sam-
ple in situ at low temperature is very important in produc-
ing a surface which retains the bulk stoichiometry.
II. EXPERIMENTAL DETAILS
The YBa2Cu3069 single crystal was grown at Argonne
National Laboratory. The oxygen stoichiometry is in-
ferred from the midpoint of the superconducting transi-
tion temperature as measured by the diamagnetic suscep-
tibility. More details on the sample are given in Ref. 5.
The measurements were done on the Ames-Mon-
tana beamline at the Synchrotron Radiation Center,
Stoughton, Wisconsin. The combined ERG-Seya mono-
chromator gave access to energies from 10 to 1000 eV.
The spectra were taken with the angle-integration provid-
ed by a double-pass cylindrical mirror analyzer. The
overall instrument resolution was about 200 meV for the
core-level spectra. The chamber base pressure was
5 x 10 "Torr for all the measurements.
The sample was attached to the cold finger of a He re-
frigerator, and was cleaved at 20 K without contact with
any room-temperature object. Most of the measurements
were done at 20 K.
III. RESULTS
The energy distribution curve (EDC) taken at 130-eV
photon energy is shown in Fig. 1. It can be seen that there
are two sets of spin-orbit split doublets, shifted 1.2 eV rel-
ative to each other.
In order to clarify whether this extra component results
from a surface shift, we made constant final-state (CFS)
measurements at different kinetic energies. There are
several reasons to use the CFS mode instead of the EDC
mode. First, in a CFS, the kinetic energy of the photo-
electron is constant, while the photon energy is scanned.
Therefore, the degree of surface sensitivity is the same for
all the peaks in the spectrum. On the contrary, in an
EDC, the kinetic energy is scanned while the photon ener-
gy is held constant. The degree of surface sensitivity is
then diff'erent for each peak. Second, in the photon energy
range from 100 to 110 eV, there is an Auger peak super-
imposed on the Ba 41 peaks, preventing one from going to
low photon energies for higher bulk sensitivity. However,
the CFS spectrum is a superposition of primary and
secondary electrons, and the background secondary elec-
2650 1989 The American Physical Society
d CORE LEVEL SPECTRO SCOPY IN THE YBa2Cu306
~
~ ~ ~ 2651
~ II I II II Ill ~ll' II 'Ii,
I I l I
-90 -88 -86
BINDlNG ENERGY (eV)
-92
FIG. 1. EDC taken at 130- Ve photon energy.
tron spectrum reflects the optical-abs
Th fo, CFS feature represents th
o1 if h e optical-absor tionp ' coeffictent has no
e p oton ener re i
d 11 be a sorption coefFicient b m
1 - o d 1ary e ectrons. We f
featureless in the photon en ergy range used.
e FS spectra are shown in Fi . 2.
tom, the three curves are taken at k
g. From top to bot-
inetic energies of 20
e, respectively. The curves are s
bl 't t. Th d p p
ic energy in this ran e in
1 bo d do 1 ' h
more deeply bound
u et is t e surface component, and the
u pair is the bulk contribution.
1 However, in view of the anomalous ener
11 d 11 ' B 7in a metal a
a e to veri y this assignment.oe il. Te
o t e surface peak was inde
energy, while th
'
e e strength of the bulk eak
pendent of kinetic
increasing kinetic ener in th
p ropped with
K, the surface comp
a sor e oxygen by heatin theing sample to 100
1 h obd h
onent was restored. (The
yis r e on t e surface and
"ging was reflected in th
perature for a long tim
ter the sample was ke tp at room tem-
features were broade d
i e several hours) all t, he observed
component can st'll b [
a ene an smeared out b, ut the surface
ob bl d
i e seen Fi . 3(b
ue o oxygen loss, and the attend
f o tt t 11 di
g gy.
'"ge a -to-insulator tran
e uring sputterin as
changes in th 1e va ence-band spectra. T
'
g, identified from the
also due to the chan
p ra. he broadening was
caused by oxygen loss.
e a ges of the Ba-ox enygen coordination
From the deterioration of the s ect
o room temperature or sputtered it is clear
I ' I ' I ' I ' I ' I
CFS
I i I ' I ' I ' I
ring
I I l I l I l I I I
-95 -93 -91 -89 87-85-
BINDING ENERGY (eV)
FIG. 2. CFS spectra, taken at a kinetic en
bo tto 20 30 d 50 V
bl i t it F 11 h
K.
or a t ree s ectrap, the sample was at T=20
(c)
t l s i t I r I i
-95 -93 -91 -89-87-85
BINDING ENERGY (eV)
FIG. 3. (a) CFS taken at T =20 K. b
temperature. (Thee sample had been at roo
( ) CFS taken at room
several hours. ) Note th
m temperature for
CFS taken after the sam
e at all the featuresres are broadened. (c)
r e ple was sputtered b
1on y one spin-orbit s lit dop pp
is s i te . For all three spectra, EI, =30 eV
2652 R. LIU et al.
that the quality of the spectra depends very much on the
condition of the sample surface. Therefore, the spectra
could very likely be deceptive if the surface was not well-
defined.
IV. DISCUSSION
As we think about the origin of the surface shift, we
note that the dimension of the unit cell in the c direction
normal to the cleavage plane for YBa2Cu3069 is large,
11.68 A. In the energy range used, the average escape
depth is only about 10 A. Therefore, the information we
obtained is extracted from only the first few unit cells.
We also looked at core levels of the other elements (0 ls,
Y 4p, 3d, Cu 3p), and no evidence of a surface shift was
found. Therefore, we believe that the sample cleaves at a
Ba plane, and the cause of the surface core-level shift is
the altered surface environment of the Ba atoms. A num-
ber of effects can lead to a surface core-level shift.
Among them are an altered Ba cation charge on the sur-
face because of the change of oxygen coordination, the
change of Madelung potential at the surface, and the
change of core-hole relaxation of the final state. It is hard
to determine which effect dominates. The argument that
Ba at the surface has more screening electrons in the ini-
tial state, because it may have a smaller cation charge due
to reduced oxygen coordination, gives the correct sign of
the shift.
The main peaks in Fig. 1 are quite symmetric, suggest-
ing that the Ba at and near the surface may not be embed-
ded in a metallic environment, even though a clear Fermi
edge appeared in valence-band spectra. In order to see
how the change of Madelung potential at the unrecon-
structed surface would affect the core-level binding ener-
gy, we calculated the bulk and surface Madelung poten-
tial for YBa2Cu307 by the Ewald method. The lattice
parameters are from Le Page et al. For the charge as-
signment of each ion, we assumed an extreme ionic case
for the compound, although this compound may be co-
valent in many aspects. This gives an upper bound for the
effect of the Madelung potential. The assigned charges
were + 3 for Y, +2 for Ba and Cu, —1 for the 0 in the
Cu-0 chain, and —2 for 0 at the other sites. The charge
on 0 in the Cu-0 chain was assigned as —1 to obtain a
neutral unit cell. The surface potential is obtained by con-
structing a slab with the c axis normal to the slab, assum-
ing no structural relaxation or reconstruction and no
charge redistribution on the surface.
We note that although the two Ba atoms in the bulk
structure occupy equivalent sites, cleavage within the unit
cell makes the two Ba planes at the surface inequivalent,
as shown in Fig. 4. The difference in the surface
Madelung potential for the two cases is striking. Table I
lists the results of the Madelung potentials at the Ba sites
in and near the surface, for both cleavage planes. %'e see
that the surface Madelung potential is smaller than the
bulk in one case, and larger in the other. In reality, if the
sample can cleave at one plane, it should also cleave at the
other bulk equivalent plane. In both cases, the magnitude
of the calculated surface-to-bulk potential difference is
case 1 case 2
Ba-0 plane
Cu-0 chain
Ba-0 plane
Cu-0 plane
Y plane
Cu-0 plane
Ba-0 plane
Cu-0 chain
Ba-0 plane
Ba-0 plane
Cu-0 plane
Y plane
Cu-0 plane
Ba-0 plane
Cu-0 chain
Ba-0 plane
Cu-0 plane
Y plane
FIG. 4. Schematic diagram of the two cleavage cases with
diiYerent Ba-0 planes as the outermost layer on the surface.
TABLE I. Madelung potentials at Ba sites in and near an un-
reconstructed surface, assuming two kinds of surface with
diA'erent Ba-0 planes as the outermost layer. In the table, case
1 and case 2 refer to the schematic diagram shown in Fig. 4.
The listed distances of sites from the face are approximate. The
refined lattice parameters (Ref. 9) were used in the calculation.
The Madelung potential at Ba sites in the bulk is —16.89 eV.
Distance of site from face Case l (eV) Case 2 (eV)
1
3 C
2
3 C
c
3 C
5
3 C
2c
+3.03
—7.43
—14.88
—16.26
—16.83
—36.48
—22.64
—19.07
—17.18
—16.96
quite large. This suggests that the surface so obtained is
unstable and is likely to relax or reconstruct. In case 1,
the Madelung potential at the Ba sites in the surface is
greater than zero, which means the atoms would leave the
surface. Reduced ionic charge and surface reconstruction
may bring this potential below zero.
If we assume no structural relaxation or reconstruction,
another problem arises: the Madelung potential at the 0
sites on the Ba-0 plane would change by about the same
amount as on the Ba sites. But no 0 core-level shift was
observed. This again suggests the possibility of surface
reconstruction.
In conclusion, the results of the Madelung potential cal-
culation show that a simple termination of the bulk crystal
at either of the two Ba planes without surface relaxation
or reconstruction is unlikely, and the Ba 4d core-level sur-
face shift cannot be accounted for by the change of
Madelung potential at the surface alone. To allow the
surface to relax or reconstruct, and also allow the surface
charge to redistribute, a self-consistent quantum-me-
chanical treatment is required.
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